Thermally stable, barium stabilized $\alpha$-CsPbI$_3$ perovskite for optoelectronic devices

Sandeep Kajal,‡a Gi-Hwan Kim,‡b Chang Woo Myung, a Yun Seop Shin, c Junu Kim, a Jaeki Jeong, c Atanu Jana,*a Jin Young Kim*c and Kwang S. Kim*a

aCenter for Superfunctional Materials, Department of Chemistry, Ulsan National Institute of Science and Technology (UNIST), 50 UNIST-gil, Ulsan 44919, Korea
E-mail: kimks@unist.ac.kr (K.S.K), atanujanaic@gmail.com (A.J.)

bPhotonic Energy Research Center, Korea Photonics Technology Institute (KOPTI), Gwangju 500-779, Republic of Korea

cSchool of Energy and Chemical Engineering, UNIST, Ulsan 44919, Korea
E-mail: jykim@unist.ac.kr (J.Y.K)

‡ These authors contributed equally to this work.
Table S1. Lifetime measurement results of the perovskite thin films.

<table>
<thead>
<tr>
<th>Condition</th>
<th>$\tau_1$ (ns)</th>
<th>$f_1$ (%)</th>
<th>$\tau_2$ (ns)</th>
<th>$f_2$ (%)</th>
<th>$\tau_{avg}$ (ns)</th>
<th>$\chi^2$</th>
</tr>
</thead>
<tbody>
<tr>
<td>CSA-1</td>
<td>3.066</td>
<td>79.46</td>
<td>5.905</td>
<td>20.54</td>
<td>3.649</td>
<td>1.02</td>
</tr>
<tr>
<td>CSA-2</td>
<td>5.973</td>
<td>56.28</td>
<td>14.942</td>
<td>43.72</td>
<td>9.894</td>
<td>1.09</td>
</tr>
<tr>
<td>CSA-3</td>
<td>2.473</td>
<td>27.01</td>
<td>4.809</td>
<td>72.99</td>
<td>4.178</td>
<td>1.01</td>
</tr>
</tbody>
</table>

Fig. S1. The photographs of inorganic perovskite processed at low temperature with a composition of pristine CsPbI$_3$, (CSA 5 wt% +CsPbI$_3$), and (CSA 5 wt% + CsPb$_{1-x}$Ba$_x$I$_3$). a) Day-1 photograph of the thin films stored inside the nitrogen glove box. b) Day-295 photograph of the thin films stored.
Fig. S2. The NMR data representing the interaction of CSA with CsPbI$_3$, the characterization was done by dissolving the precursor solution in d-6 DMSO solution.

Fig. S3. FTIR measurement of 5 wt % CSA and CSA-2 thin films.
Fig. S4. XRD pattern of the BaI\textsubscript{2}, CSA stabilized CsPbI\textsubscript{3}, and Ba doped CsPbI\textsubscript{3} thin films.
Fig. S5. a) Depth profile of a CsPbI$_3$ perovskite films processed at room temperature, the Cs, Pb, and Ba curves represents the chemical composition and their uniformity inside the film. b) The variation in intensity of Cs, Pb, and Ba depth profiles, which indicates the uniformity of CSA-1 components in scheme. c) Depth profiling of CSA-2. d) Depth profiling of CSA-2. Film thickness: (~200±50 nm).

Fig. S6. TOF-SIMS 3D tomography results for inorganic perovskite processed at low temperature. 3D image of four films with CsPbI$_3$, CSA-1, CSA-2, and CSA-3 schemes showing a) Cs (white color) element depth profiling with film thickness (~200±50 nm), b) Pb in red color, and c) Ba in color yellow. 3D reconstruction dimension is 50 × 50 × 0.5 μm$^3$. 

![Graph showing current density vs. voltage for different compositions](image)
**Fig. S7.** PCE performance of the CsPbI$_3$ perovskite device with different doping concentration of Ba having 5 wt% CSA as additive.

**Fig. S8.** Photostability and moisture stability investigation of the best performing perovskite solar cells device (CSA-2) without any encapsulation under nitrogen atmosphere. a) Short Circuit Current Density (Jsc) recorded at AM 1.5 G condition. b) Open Circuit Voltage (Voc). c) Fill factor (FF). d) Power conversion efficiency. Slight increase, in particular, in PCE was observed after aging for 100 h.
Fig. S9 X-ray diffraction (XRD) patterns. a) CSA 5wt % additive with CsPbI₃ and b) CSA-2 samples, after 1 year of storage under ambient conditions (Inset: photographs of the thin films).